Experimental Design of AL2O3/MWCNT/HDPE Hybrid Nanocomposites for Hip Joint Replacement

Sameh Dabee
klaipeda University

Bahaa M. Kamel (bahaa2004eg@yahoo.com)
National Research Centre, Giza, Egypt

Vineet Tirth
King Khalid University

Abou Bakr Elshalakny
Akhbar El you Academy

Original Article

Keywords: HDPE/MWCNTs composites, AL2O3, total joint replacement, hybrid composite, TGA

Posted Date: July 7th, 2020

DOI: https://doi.org/10.21203/rs.3.rs-22202/v2

License: This work is licensed under a Creative Commons Attribution 4.0 International License.
Read Full License

Version of Record: A version of this preprint was published on June 16th, 2020. See the published version at https://doi.org/10.1080/21655979.2020.1775943.
Abstract

A hip fracture can be considered a major health issue facing the elderly fraction of humans. The loads exploited by the lower limbs are very acute and severe; in the femur, they can be several folds higher than the whole weight of the body. Mechanical properties like strength and hardness are challenging parameters which control the selection of the joint. In this research work, a modification has been performed by adding multi-layer carbon nanotubes to the High-density polyethylene thermoplastic polymer together with alumina. Prepared material well physiochemically characterized to check the morphology and the structure. Thermal gravimetric analysis (TGA) dedicates that the percentage of crystallization has been increased to 6% after adding Multi-wall carbon nanotubes (MWCNT) to the polymer. According to mechanical properties results, MWCNTs successfully increase in young’s module and hardness of the polymer. Optimization of the materials ration has been done and it has been found that hybrid composite with structure (2.4% AL2O3 and 0.6% MWCNT) obtains high mechanical properties compared to other ratios with 3% MWCNTs and 5% MWCNTs. Also, moisture absorption decreased to 90% at with 5% MWCNT ratio. Experimental results of MTT assay of a normal human epithelial cell line (1-BJ1) over AL2O3/MWCNT@ HDPE showed a low value of cytotoxic activity, which proves that it is proper for medical use. AL2O3/MWCNT@HDPE composite showed promising results for further studies of artificial joints.

1. Introduction

Hip joint represents a major health challenge facing medical society nowadays. The hip prosthesis is the greatest key factor of biomaterial fabrication to meet the requirements of joint arthroplasty. Massive loads experienced by the limbs are very dangerous. Abnormal combinations of mechanical and physical characteristics are the main parameters that control the quality and feasibility of the hip joint. High strength, toughness, tailored stiffness, resistance to impact and corrosion are examples of those combinations relevant for tissue substitute structure. Many polymers are broadly utilized particularly to be applied in this direction due to wide classification of chemical compositions, characteristics, feasibility and biocompatibility[1-3].

While joint replacement represents attractive cases in the specialization of orthopedic surgery but maintaining the design and structure for a long time is still a big challenge. The mean half life time of the hip joint is usually among the range of 15-20 years. Since the great discovery of polymer composites by the Toyota research group[4], a new track of research has been assembled in the field of joint replacement. Previously, researchers used to apply inorganic nanomaterials as loading compounds in the preparation of composites with very high processing and manufacturing costs [5]. Also preparing composites based inorganic compounds will produce heavy material which not applicable for medical use. Nanotechnology also displays a new opportunity to improve the performance of the composites together with the carbon compounds because of the unique characteristics of the nanoparticles. Nanocarbon materials like fullerene, carbon nanofibers and carbon have earned great attention in polymer science.
This research focuses mainly on studying the effect of impeding MWCNT inside the pores and over the surface of HDPE polymer. Carbon nanotubes or single layers of graphene rolled into a cylinder shape, have been commonly applied and evolved into diverse research directions: mechanics, and even medical applications. CNT usually exists in 2 phases, single-walled and multiwalled, with different characteristics properties [6-11]. There are different types of techniques that have been improved for synthesizing CNT which mainly involve vapor phase routes. Commonly, three methods are being applied for producing CNTs the first one is the chemical vapor deposition, the second one is the laser-ablation and carbon arc-discharge system [12]. A combination of carbon nanostructures and polymer matrices widely studied to adjust the mechanical properties and to extend their applications [13-14]. HDPE exhibits good mechanical behavior includes high strength density ratio, lightweight and chemical resistance, however it shows low hardness with long run use [15-19]. Improving those properties has been retained in different research work recently by adding various types of fillers such are talc, nano-Hydroxyapatite and nano aluminum oxide [20-21]. The results exploit a smooth increase in that the degree of crystallinity and modulus of the composites, followed by a decrease at higher ratios [22-23]. Also, the friction coefficient of composites reduced and the hardness increased with the increment of carbon fibers [24-25]. HDPE/HA composites have been assembled and commercialized under the name of HAPEX™, showing very promising mechanical properties like human being bone [26-27]. It has been retained that by slightly replacing the HA content with alumina tribological characteristics of HAPEX™ are significantly improved [28-29]. Recently, carbon Nanotubes and graphite have been excessively used to develop composites for some applications [30-41].

In this research work, different ratios of MWCNT incorporated inside the matrix of HDPE in attempts to improve the hardness and other mechanical properties of polymer for a hip joint application. AL2O3/MWCNT@ HDPE composite has been prepared by the wet chemical method, completely characterized to check the structure and the morphology. Using the advantage of MWCNT solid lubricant efficiency for improving the overall mechanical properties of HDPE as a bearing material. Also, the influence of adding MWCNT over the normal cell (Cytotoxic activity test) has been studied to confirm the feasibility for medical use.

2. Materials And Methods

High-density polyethylene (the tensile strength = 27.5 MPa) and (density = 0.944 g/cm3) was purchased from Nanotech company. MWCNTs and nano alumina (AlO) used in this research were purchased Middle east company for the petrochemical industry. The properties on MECNT have 8–13 nm diameter, 3–15 µm length and purity 99.87%. The physical properties of nano-AlO are density at RT: 3.9 g/cm3 and particle size 20–30 nm and purity of 99.95%.

The first composition of MWCNT@ HDPE and the second composition of AL2O3/MWCNT@ HDPE composite have been prepared by wet chemical approach as presented in Fig. 1. An ethanolic mixture of MWCNT and high-density polyethylene has been stirred for 30 minutes [42-43]. Alumina has been added
to the reaction in the presence of TWEEN as a pore directing and capping agent. Different ratios of MWCNT introduced in attempts to obtain the highest performance \cite{44}.

Then the composite has been stirred for 1 hour. After that, the powder separated and dried well to remove excess ethanol \cite{45,46} and the surfactant. 185°C temperature has been applied for about 120 min. Following the extraction of AL₂O₃/MWCNT@ HDPE composite from the inward blender, hot pressing has been done to design the specimens into the desired shape. Then, the specimens have been bitten by rapid cooling to room temperature.

### 2.1. Material characterizations

X-ray diffraction technique has been utilized to check the structure of phase material and the crystallinity of prepared material \cite{47}. The XRD measurement has been performed using (Siemens XRD D5000) and a copper X-ray source within the range from 0° to 70°. The voltage and current adjusted to be 40 kV and 50 mA, respectively. The morphology and microstructure characterization of AL₂O₃/MWCNT@HDPE hybrid composites have been studied using SEM and TEM systems \cite{48,49,50}.

Mechanical testing is applied to exploit the characteristics like hardness, modulus, fracture toughness or yield strength. Uniaxial compression and tensile testing are typically measured to investigate bulk powders to acquire elastic modulus \cite{51}. The hardness test uses an indenter probe that is located over a surface under a specific weight load. Usually, the size of the indentation is calculated to determine hardness. Microhardness testing is considered an industry standard for quality control for hardness data \cite{52}. Tensile measurements have been measured on a universal testing machine with a speed of 5 mm/min. Percentages of the MWCNT have been adjusted to be 1–5%. All samples were tested in the same environmental conditions. The Vickers microhardness tests were dedicated to investigating the influence of MWCNTs on the mechanical properties as well. The total load is normally applied between 10 and 15 seconds. The zone of the slanting surfaces of the indentation has been investigated and the Vickers hardness which is calculated by the (kg) weight load by the square (mm) region of indentation \cite{53}.

TGA test estimates the weight change of a material, either as an element of expanding temperature, or isothermally as a function of time under nitrogen or helium. The degeneration conduct of polymers and their hybrid composites is usually determined by 3 parameters: the first one is the temperature at which the framework starts to debase, the degradation temperature T_d, “temperature at which the most noticeable debasement rate happens and degradation rate Dr. TGA, which is found in the subsidiary weight reduction as an element of temperature curve” \cite{54,55}. TGA analysis was performed using (DTG – 60 SIMULTANEOUSDTG- TG SHIIMAADZU, JAPAN) for each sample and AL₂O₃/MWCNT@HDPE composite. The specimens have been heated from 25 °C to 750 °C at a rate of 10 °C/min in a nitrogen atmosphere. Flexural and mechanical characteristics usually decrease the water absorption ratio increases. Tensile modulus was found to decrease at a higher level of water absorption which considered a sensitive
property of the fiber. Flexural modulus decreases in higher fiber content specimens after water absorption. Therefore, it is a requirement to investigate the effect of adding MWCNT over moisture absorption of HDPE.

Water absorption examination (ASTM D750-95) has been carried out by a total inundation of 5 samples in distilled water at room temperature for 72 h. The water absorption was calculated by weighing the samples versus time. Since this application for medical use, it is very important as well to check the feasibility of material to be applied inside a human body. Cell viability test has been dedicated by the mitochondrial-dependent reduction of yellow MTT (3-(4,5-dimethylthiazol-2-yl)-2,5-diphenyl tetrazolium bromide) or MTT essay to magenta formazan [56].

All measurements have been done in an antiseptic zone applying a laminar flux cabinet biosafety class II level (Baker, SG403INT, Sanford, ME, USA). Cells have been suspended in DMEM-F12 medium with 1% antibiotic-antimycotic mixture (10,000 U/ml Potassium Penicillin, 10000 µg/ml Streptomycin Sulfate and 25 µg/ml Amphotericin B) and 1% L-glutamine at 37 ºC under 5% CO₂. Cells have been refined for 5 days, then implanted at a concentration of 10*10³ cells/well in unprecedented plenary outgrowth medium in 96-well microtiter plastic plates. After 48 h of incubation, the medium has been aspirated, 40 ul MTT salt (2.5 µg/ml) was added to each well and hatched for further four hours at the same conditions [57–58]. Absorbance has been estimated using a microplate multi-well reader (Bio-Rad Laboratories Inc., model 3350, Hercules, California, USA) at 595 nm and a reference wavelength of 620 nm.

3. Results And Discussion

Figure.2 dedicates the XRD diffraction pattern of HDPE, MWCNT and HDPE/MWCNT hybrid composite. HDPE presented with two characteristic peaks at 21.4° and 23.2°. These peaks were also detected in hybrid composite, but the intensity was greater, hence, more crystalline. This could happen as a result of the interaction and crystallization behavior of MWCNT with HDPE during the blending process. The X-ray diffraction (XRD) pattern of MWCNTs is shown as well in Fig.2. MWCNT exhibits 2 peaks at around $2\theta = 26^\circ$ and other broad peak centered at $2\theta = 43^\circ$ corresponding to the (002) and (100) Bragg reflection planes having the interlayer spacing of 3.213 and 2.012Å respectively [59].

Microscopy images have been collected with its two types the scanning and transmitting to further investigate the nanocomposite structure and the matrix distribution as shown in Fig. 3. Scanning electron images of the nanocomposite samples shows clearly the MWCNT among the polymer matrix. In the processing of HDPE and MWCNT blends by the melt blinder, the polymer chains of HDPE are overlapped with each other as shown in SEM figures. Also, HETEM confirms the MWCNT structure very well and nano-scaled design of the other material which composes the material. The homogenous distribution of the MWCNT over the whole matrix can be also observed.

3.2 Mechanical properties
Figure 4. (a) exploits the stress-strain curve for $\text{Al}_2\text{O}_3/$MWCNT@ HDPE Nanocomposite. It can be seen clearly that the composite specimens tend to reach the highest point around 0.3. It also shows the strain of samples with a higher concentration of MWCNT more than others with lower concentrations. Table 1 illustrates the overall view of different parameters that control the mechanical direction, i.e. elastic modulus, tensile strength, and ductile. The maximum value of young's modulus reaches up to 6.25% when MWCNT with 5% applied compared with 7% compared with pure HDPE. The percentage of ductility reaches its max value at 5 wt.%CNT. Furthermore, toughness has been calculated from the area under the load versus stroke curve, the toughness of the pure polymer was about $160 \text{MJ/m}^3$ which is less than in the case of (1%) MWCNT impeded into the polymer. The 1 wt.% CNT loaded sample reached the max value of about $610 \text{MJ/m}^3$. the toughness decreased sharply with the increase of CNTs in the HDPE matrix as a result of the CNT agglomeration is low with increasing condensation of filler content.

Good dispersion between polymer and CNT particles could be another reason for the mechanical performance improvement as illustrated in Table 1. The significant increase of tensile strength has been observed mainly between MWCNTs ratio 3 wt. (%) - 5 wt. (%). According to recent research work, MWCNTs reinforcement mostly provides also strength refinement, furthermore, it can also transfer their strength to composite materials by taking over the load applied to the matrix material. It has been confirmed that MWCNTs prohibit the propagation of cracks in the matrix during erosion situations through their foaming motion. This case is also confirmed by the literature. However, the minimum strengthening amount can vary due to acquire strength improvement according to the reinforcement material. But the MWCNTs used in the existing study generally give better results at 5% wt. $^{[60-61]}$.

Table 1. Mechanical Properties of Nano Composite.

|       | Elastic modulus E (Gpa) | Ultimate Tensile strength (Mpa) | Max force (N) | Ductile %EL | Toughness×10^6 J/m^3 | Hardness (Mpa) |
|-------|------------------------|---------------------------------|---------------|-------------|----------------------|----------------|
| (HDPE-0wt.%) | 0.96±0.04            | 27.2                           | 126.3±7.6     | 7.40        | 160                  | 56.2±1.1       |
| (HDPE-1wt.%) | 0.72±0.03            | 24.2                           | 112.7±3.5     | 11.48       | 610                  | 62.08±1.8      |
| (HDPE-2wt.%) | 0.75±0.02            | 25.5                           | 118±0         | 8.70        | 400                  | 64.5±1.5       |
| (HDPE-3wt.%) | 0.74±0.01            | 26.1                           | 121.7±2.5     | 9.54        | 210                  | 66.2±1.07      |
| (HDPE-5wt.%) | 1.02±0.02            | 29.0                           | 134.3±1.5     | 11.29       | 250                  | 77.4±1.5       |

As shown in Fig. 4 (b) and (c) that the value of Vickers hardness increases with increasing the addition of MWCNTs. MWCNTs hardness increased up to 37% compared to pure HDPE. Furthermore, it shows also
the increase of the viscoelastic moduli and Young’s modulus. This could be attributed to the narrowing of
the interspaces between molecules and reduced mobility. One of the best ways to reinforce mechanisms
in polymer matrices is to transfer shear stresses in the nanoparticle-matrix interface and to nucleate a 3D
nanostructured network. It reduces the mobility of the polymer bonds, thus leading to changes in a glass
transition and elastic modulus of the nanocomposite, and yielding focus at very low strains\textsuperscript{62-63}.

Table 2. Mechanical Properties of Hybrid Al\textsubscript{2}O\textsubscript{3}/HDPE/MWCNT Nano Composite.

|                  | Elastic modulus E (GPa) | Ultimate Tensile strength (MPa) | Max force (N) | Ductile %EL | Toughness MJ/m\textsuperscript{3} | Hardness (HV\textsubscript{0.03}) |
|------------------|-------------------------|--------------------------------|---------------|-------------|-------------------------------|------------------|
| (0wt%CNT, 3wt%Al\textsubscript{2}O\textsubscript{3}) | 0.97±0.013              | 24.6                           | 125.7±1.53    | 23.2        | 569                           | 64.58±1.2        |
| (0.6wt%CNT, 2.4wt%Al\textsubscript{2}O\textsubscript{3}) | 1.00±0.073              | 28.01                          | 130.7±9.61    | 25.5        | 705                           | 64.58±1.2        |
| (1.2wt%CNT, 1.8wt%Al\textsubscript{2}O\textsubscript{3}) | 0.97±0.008              | 27.3                           | 127±1.00      | 19.79       | 399                           | 70.20±1.3        |
| (1.8wt%CNT, 1.2wt%Al\textsubscript{2}O\textsubscript{3}) | 0.95±0.053              | 26.5                           | 123.3±6.81    | 27.7        | 604                           | 56.62±1.5        |
| (2.4wt%CNT, 0.6wt%Al\textsubscript{2}O\textsubscript{3}) | 0.97±0.002              | 27.1                           | 126.8±0.29    | 17.9        | 369                           | 62.25±1.6        |

According to the results also it has been found that addition of alumina linearly increases the hardness
and elastic modulus as shown in Table 2. Hardness and Elastic modulus have been figured out against
MWCNTs and alumina content. The maximum level of hardness can be seen at (HCNTAL3) was
70.20±1.3 MPa with an increase in hardness by 6% comparing to 3wt%MWCNT and Elastic modulus values
and 1±0.073 GPa at (HCNTAL2). Toughness and ultimate tensile for composites containing
(HCNTAL2) increased by 75% and 7.6% compared to (3wt%CNT). Moreover, ductility also increased by
adding aluminum oxide into the polymer matrix as illustrated in Table. 2. For composites containing
(HCNTAL4) and (HCNTAL2) the ductility has been increased with adding aluminum oxide to the matrix
showing an improvement ~145%, 200 % in comparison with 3wt% MWCNTs and 5wt%MWCNT polymer
matrix respectively. It has been found that adding aluminum oxide to MWCNTs content caused marked
improvements in mechanical properties of the resultant 3%wt MWCNTs / HDPE composites and equal to
5wt%MWCNTs/ HDPE. The possible idea behind that is the homogenous dispersion of nanotubes into
the polymer matrix as confirmed using TEM images.
3.3 TGA analysis of HDPE/MWCNT composites.

TGA curves shows that onset temperature dwindling with the addition of chemically treated MWCNT due to amorphous carbon present in the CNTs, Mass loss degradation temperature of the composite increases as the MWCNTs ratio increases according to the TGA data as shown in Fig. 5 (a).

The lowest mass loss rate value is obtained for 3% and 5% MWCNTs. This exploits that mass loss melting speed rate decreases with increasing MWCNTs weight ratio and melting point temperature increases as shown in Fig.5 (b).

3.4. Moisture absorption

One of the most important parameters which considered a key factor that has been identified for polymer nanocomposite was water absorption because it usually affects their operating time\cite{64-65}. The idea that cellulosic bers easily absorb water is one of the reasons for fiber surface treatments. The particles treated by graphite bers and its derivatives may absorb less amount of moisture, and thus support adhesion to the polymer matrix, which results in better execution in a humid environment. The high-water absorption of the polymer nanocomposite may cause difficulties during processing. This can be due to partial curing of the thermosetting matrices, the presence of gaps or cracks, or even poor matrix–fiber adhesion \cite{66}. It was observed that HDPE/MWCNT nanocomposites express less water absorption compared to that of pure HDPE alone as shown in Fig. 6. The inclusion of MWCNTs facilitated the crystallization of HDPE and therefore led to higher crystallinity in HDPE Nanocomposites. This made it more difficult for water to diffuse into the HDPE matrix.

3.5 Cytotoxic activity of AL\textsubscript{2}O\textsubscript{3}/HDPE/MWCNT composites

The in vitro cytotoxicity tests of AL\textsubscript{2}O\textsubscript{3}/HDPE/MWCNT composites over human normal epithelial cell line 1- BJ1 (normal Skin fibroblast). The sample prepared by using the composite with concentrations between (100 to 0.78 µg/ml) and 100-75 PPM MTT with a different activity. It can be considered that MTT assay probing system for the study of the toxicity particularly because of normal cells very sensitive against this material. According to the results, the majority of cells remains safe and viable under all concentration which is in strong agreement with the literature as shown in Fig.7.

Conclusions

In summery HDPE Polymeric nanocomposite has been reinforced with MWCNTs and alumina by using a wet chemical approach. Structure and morphology of the material have been characterized using SEM, TEM, XRD, and TGA. It has also has been reported that there is a weak interface between 1, 2%wt CNT particles with the polymeric HDPE material, however good physical bonding of MWCNTs has been reached when the ratio becomes 5%. Improvement in the mechanical properties of the material after
incorporation of the CNT particularly with ratio 5%. TGA characterization of the prepared composite exploits that mass loss melting speed rate decreases with increasing MWCNTs weight ratio and melting point temperature increases. Also, water absorption has been studied, all samples which sometimes limit the surface treatments and it shows good performance with the lowest absorptance for 5% compared to other ratios. As this work is going to be applied for medical applications, it is important to determine the effect of the composite over samples. Cytotoxicity or cell cycle study of the normal cells has been done for this purpose and it shows low toxicity against human normal cells. According to these results, we can conclude that HDPE/MWCNTs/AL$_2$O$_3$ composite could be a good and promising candidate material for the total joint replacement.

**Declarations**

- **Availability of data and materials** 'Not applicable'
- **Competing interests**
  
The authors declare the following financial interests/personal relationships which may be considered as potential competing interests.
- **Funding**
  
The authors declare that they have no known competing financial interests or personal relationships that could have appeared to influence the work reported in this paper.
- **Authors' contributions** 'Not applicable'

**Acknowledgements**

I am grateful to all of those with whom I have had the pleasure to work during this and other related projects. Each of the members of my Dissertation Committee has provided me extensive personal and professional guidance and taught me a great deal about both scientific research and life in general.

**References**

1. Ramakrishna, S.; Mayer, J.; Wintemantel, E.; Leong, K. W., Biomedical applications of polymer-composite materials: a review. *Composites science and technology* **2001**, *61* (9), 1189-1224.
2. Kirillova, A.; Ionov, L., Shape-changing polymers for biomedical applications. *Journal of Materials Chemistry B* **2019**, *7* (10), 1597-1624.
3. Backes, E. H.; Pires, L. D. N.; Beatrice, C. A. G.; Costa, L. C.; Passador, F. R.; Pessan, L. A., Fabrication of Biocompatible Composites of Poly (lactic acid)/Hydroxyapatite Envisioning Medical Applications. *Polymer Engineering & Science*.
4. Simon, G. P., *Polymer blends and alloys*. Routledge: 2019.
5. Park, H. J.; Badakhsh, A.; Im, I. T.; Kim, M.-S.; Park, C. W., Experimental study on the thermal and mechanical properties of MWCNT/polymer and Cu/polymer composites. *Applied Thermal Engineering* 2016, 107, 907-917.

6. Thirumalai, J., *Hydroxyapatite: Advances in Composite Nanomaterials, Biomedical Applications and Its Technological Facets*. BoD–Books on Demand: 2018.

7. Gopanna, A.; Rajan, K. P.; Thomas, S. P.; Chavali, M., Polyethylene and polypropylene matrix composites for biomedical applications. In *Materials for Biomedical Engineering*, Elsevier: 2019; pp 175-216.

8. Parwez, K.; Budihal, S. V., Carbon nanotubes reinforced hydroxyapatite composite for biomedical application. *Journal of Bionanoscience* 2014, 8 (1), 61-65.

9. Zhong, Y. L.; Tian, Z.; Simon, G. P.; Li, D., Scalable production of graphene via wet chemistry: progress and challenges. *Materials Today* 2015, 18 (2), 73-78.

10. Liang, W.; Wang, F.; Tay, T. E.; Yang, B.; Wang, Z., Experimental and Analytical Investigation of Epoxy/MWCNT Nanocomposites: Electrical, Thermal Properties, and Electric Heating Behavior. *Polymer Engineering & Science* 2019.

11. Arslan, M.; Dönmez, G.; Ergün, A.; Okutan, M.; Albayrak Ari, G.; Deligöz, H., Preparation, Characterization, and Separation Performances of Novel Surface Modified LbL Composite Membranes from Polyelectrolyte Blends and MWCNT. *Polymer Engineering & Science* 2019.

12. Janas, D.; Koziol, K., A review of production methods of carbon nanotube and graphene thin films for electrothermal applications. *Nanoscale* 2014, 6 (6), 3037-3045.

13. Armentano, I.; Fortunati, E.; Gigli, M.; Luzi, F.; Trotta, R.; Bicchi, I.; Soccio, M.; Lotti, N.; Munari, A.; Martino, S., Effect of SWCNT introduction in random copolymers on material properties and fibroblast long term culture stability. *Polymer Degradation and Stability* 2016, 132, 220-230.

14. Morena, F.; Armentano, I.; Montanucci, P.; Argentati, C.; Fortunati, E.; Montesano, S.; Bicchi, I.; Pescara, T.; Pennoni, I.; Mattioli, S., Design of a nanocomposite substrate inducing adult stem cell assembly and progression toward an Epiblast-like or Primitive Endoderm-like phenotype via mechanotransduction. *Biomaterials* 2017, 144, 211-229.

15. Wu, X.; Zhang, J.; Wu, C.; Wang, G.; Jiang, P., Study on tribological properties of UHMWPE irradiated by electron beam with TMPTMA and TPGDA as crosslinking agents. *Wear* 2013, 297 (1-2), 742-751.

16. Schwartz, C. J.; Bahadur, S.; Mallapragada, S. K., Effect of crosslinking and Pt–Zr quasicrystal fillers on the mechanical properties and wear resistance of UHMWPE for use in artificial joints. *Wear* 2007, 263 (7-12), 1072-1080.

17. Kilgour, A.; Elfick, A., Influence of crosslinked polyethylene structure on wear of joint replacements. *Tribology International* 2009, 42 (11-12), 1582-1594.

18. Wang, L.; Chen, G., Dramatic improvement in mechanical properties of Gns-reinforced HDPE nanocomposites. *Journal of applied polymer science* 2010, 116 (4), 2029-2034.

19. Mohammed, M. T., Nanocomposites in total hip joint replacements. In *Applications of Nanocomposite Materials in Orthopedics*, Elsevier: 2019; pp 221-252.
20. Gupta, A.; Tripathi, G.; Lahiri, D.; Balani, K., Compression molded ultra high molecular weight polyethylene–hydroxyapatite–aluminum oxide–carbon nanotube hybrid composites for hard tissue replacement. *Journal of Materials Science & Technology* **2013**, *29* (6), 514-522.

21. Xue, Y.; Wu, W.; Jacobs, O.; Schädel, B., Tribological behaviour of UHMWPE/HDPE blends reinforced with multi-wall carbon nanotubes. *Polymer Testing* **2006**, *25* (2), 221-229.

22. Dangsheng, X., Friction and wear properties of UHMWPE composites reinforced with carbon fiber. *Materials letters* **2005**, *59* (2-3), 175-179.

23. Arash, B.; Park, H. S.; Rabczuk, T., Mechanical properties of carbon nanotube reinforced polymer nanocomposites: A coarse-grained model. *Composites Part B: Engineering* **2015**, *80*, 92-100.

24. Liu, Y.; Sinha, S. K., Wear performances and wear mechanism study of bulk UHMWPE composites with nacre and CNT fillers and PFPE overcoat. *Wear* **2013**, *300* (1-2), 44-54.

25. Rahman, M.; Hoque, M. A.; Rahman, G.; Gafur, M.; Khan, R. A.; Hossain, M. K., Evaluation of thermal, mechanical, electrical and optical properties of metal-oxide dispersed HDPE nanocomposites. *Materials Research Express* **2019**, *6* (8), 085092.

26. Wang, M.; Ladizesky, N.; Tanner, K.; Ward, I.; Bonfield, W., Hydrostatically extruded HAPEX™. *Journal of materials science* **2000**, *35* (4), 1023-1030.

27. Hermán, V.; González, G.; Noris-Suárez, K.; Albano, C.; Karam, A.; Romero, K.; Yndriago, L.; Marquez, A.; Lozada, L., Biocompatibility studies of HDPE–HA composites with different HA content. *Polymer Bulletin* **2015**, *72* (12), 3083-3095.

28. Nath, S.; Bodhak, S.; Basu, B., Tribological investigation of novel HDPE-HAp-Al2O3 hybrid biocomposites against steel under dry and simulated body fluid condition. *Journal of Biomedical Materials Research Part A: An Official Journal of The Society for Biomaterials, The Japanese Society for Biomaterials, and The Australian Society for Biomaterials and the Korean Society for Biomaterials* **2007**, *83* (1), 191-208.

29. De Santis, R.; Gloria, A.; Ambrosio, L., Composite materials for hip joint prostheses. In *Biomedical Composites*, Elsevier: 2017; pp 237-259.

30. Armentano, I.; Dottori, M.; Fortunati, E.; Mattioli, S.; Kenny, J., Biodegradable polymer matrix nanocomposites for tissue engineering: a review. *Polymer degradation and stability* **2010**, *95* (11), 2126-2146.

31. Peponi, L.; Puglia, D.; Torre, L.; Valentini, L.; Kenny, J. M., Processing of nanostructured polymers and advanced polymeric based nanocomposites. *Materials Science and Engineering: R: Reports* **2014**, *85*, 1-46.

32. Fortunati, E.; Puglia, D.; Armentano, I.; Valdés, A.; Ramos, M.; Juárez, N.; Garrigós, M. C.; Kenny, J. M., Multifunctional antimicrobial nanocomposites for food packaging applications. In *Food Preservation*, Elsevier: 2017; pp 265-303.

33. Bari, S. S.; Chatterjee, A.; Mishra, S., Biodegradable polymer nanocomposites: An overview. *Polymer Reviews* **2016**, *56* (2), 287-328.
34. Rouf, T. B.; Kokini, J. L., Natural biopolymer-based nanocomposite films for packaging applications. In *Bionanocomposites for Packaging Applications*, Springer: 2018; pp 149-177.
35. Tripathy, J., Polymer Nanocomposites for Biomedical and Biotechnology Applications. In *Properties and Applications of Polymer Nanocomposites*, Springer: 2017; pp 57-76.
36. Kuilla, T.; Bhadra, S.; Yao, D.; Kim, N. H.; Bose, S.; Lee, J. H., Recent advances in graphene based polymer composites. *Progress in Polymer Science* 2010, 35 (11), 1350-1375.
37. Hu, K.; Kulkarni, D. D.; Choi, I.; Tsukruk, V. V., Graphene-polymer nanocomposites for structural and functional applications. *Progress in Polymer Science* 2014, 39 (11), 1934-1972.
38. Mittal, G.; Dhand, V.; Rhee, K. Y.; Park, S.-J.; Lee, W. R., A review on carbon nanotubes and graphene as fillers in reinforced polymer nanocomposites. *Journal of Industrial and Engineering Chemistry* 2015, 21, 11-25.
39. Potts, J. R.; Dreyer, D. R.; Bielawski, C. W.; Ruoff, R. S., Graphene-based polymer nanocomposites. *Polymer* 2011, 52 (1), 5-25.
40. Du, J.; Cheng, H. M., The fabrication, properties, and uses of graphene/polymer composites. *Macromolecular Chemistry and Physics* 2012, 213 (10-11), 1060-1077.
41. Fazli, A.; Moosaei, R.; Sharif, M.; Ashtiani, S. J., Developments of graphene-based polymer composites processing based on novel methods for innovative applications in newborn technologies. *Indian Journal of Science and Technology* 2015, 8 (S9), 38-44.
42. Takenaka, Y.; Okuda, A.; Tojo, T.; Nakamura, T., Stirring method. Google Patents: 2017.
43. Hirayama, S.; Hayasaki, T.; Okano, R.; Fujimori, A., Preparation of Polymer-Based Nanocomposites Composed of Sustainable Organo-Modified Needlelike Nanoparticles and Their Particle Dispersion States in the Matrix. *Polymer Engineering & Science* 2019.
44. Jagadish, K.; Srikantaswamy, S.; Byrappa, K.; Shruthi, L.; Abhilash, M. R., Dispersion of multiwall carbon nanotubes in organic solvents through hydrothermal supercritical condition. *Journal of Nanomaterials* 2015, 16 (1), 320.
45. Li, S.; Zhang, X.; Zhao, J.; Meng, F.; Xu, G.; Yong, Z.; Jia, J.; Zhang, Z.; Li, Q., Enhancement of carbon nanotube fibres using different solvents and polymers. *Composites Science and Technology* 2012, 72 (12), 1402-1407.
46. Rahman, M. A.; Agha, H.; Truong, T.-K.; Park, J. H.; Suh, D.; Scalia, G., Incorporation and orientational order of aligned carbon nanotube sheets on polymer films for liquid crystal-aligning transparent electrodes. *Journal of Molecular Liquids* 2018, 267, 363-366.
47. Rehani, B. R.; Joshi, P.; Lad, K. N.; Pratap, A., Crystallite size estimation of elemental and composite silver nano-powders using XRD principles. 2006.
48. Saif, M. J.; Naveed, M.; Asif, H. M.; Akhtar, R., Irradiation applications for polymer nano-composites: A state-of-the-art review. *Journal of Industrial and Engineering Chemistry* 2018, 60, 218-236.
49. Kong, Q.; Wu, T.; Zhang, J.; Wang, D.-Y., Simultaneously improving flame retardancy and dynamic mechanical properties of epoxy resin nanocomposites through layered copper phenylphosphate.
50. Xu, K.; Zhou, H.; Hu, Q.; Wang, J.; Huang, Y.; Chen, J., Molecular Insights Into Chain Length Effects of Hindered Phenol on the Molecular Interactions and Damping Properties of Polymer-Based Hybrid Materials. *Polymer Engineering & Science* 2019.

51. Kutuk, M.; Oguz, Z. In *A Research on Effect of Sewage Sludge Ash on the Mechanical Properties of Composite Material*, World Congress on Civil, Struct., and Env. Eng.(CSEE’16), 2016; pp 30-31.

52. He, X.; ZHUANG, Z.-c.; Ting, C.; Rui, G.; Ying-hao, C.; Xiao-yan, G., Relationship analysis between vickers hardness and yield stress of structure material. *Journal of Xi’an University of Science and Technology* 2017, 37 (2), 274-279.

53. Lee, G.; Choi, H., Study on interfacial transition zone properties of recycled aggregate by micro-hardness test. *Construction and Building Materials* 2013, 40, 455-460.

54. Vyazovkin, S.; Koga, N.; Schick, C., *Handbook of Thermal Analysis and Calorimetry: Recent Advances, Techniques and Applications*. Elsevier: 2018; Vol. 6.

55. Guo, Y.; Xu, G.; Yang, X.; Ruan, K.; Ma, T.; Zhang, Q.; Gu, J.; Wu, Y.; Liu, H.; Guo, Z., Significantly enhanced and precisely modeled thermal conductivity in polyimide nanocomposites with chemically modified graphene via in situ polymerization and electrospinning-hot press technology. *Journal of Materials Chemistry C* 2018, 6 (12), 3004-3015.

56. Mosmann, T., Rapid colorimetric assay for cellular growth and survival: application to proliferation and cytotoxicity assays. *Journal of immunological methods* 1983, 65 (1-2), 55-63.

57. Thabrew, M. I.; HUGHES, R. D.; MCFARLANE, I. G., Screening of hepatoprotective plant components using a HepG2 cell cytotoxicity assay. *Journal of pharmacy and pharmacology* 1997, 49 (11), 1132-1135.

58. El-Menshawi, B. S.; Fayad, W.; Mahmoud, K.; El-Hallouty, S. M.; El-Manawaty, M., Screening of natural products for therapeutic activity against solid tumors. 2010.

59. Patel, A. K.; Trivedi, P.; Balani, K., Processing and mechanical characterization of compression-molded ultrahigh molecular weight polyethylene biocomposite reinforced with aluminum oxide. *J NanoScience, NanoEngineering and Applications* 2014, 4 (3), 1-11.

60. Jin-hua, T.; Guo-qin, L.; Huang, C.; Lin-jian, S., Mechanical properties and thermal behaviour of LLDPE/MWNTs nanocomposites. *Materials Research* 2012, 15 (6), 1050-1056.

61. Kanagaraj, S.; Varanda, F. R.; Zhil’tsova, T. V.; Oliveira, M. S.; Simões, J. A., Mechanical properties of high density polyethylene/carbon nanotube composites. *Composites Science and Technology* 2007, 67 (15-16), 3071-3077.

62. Wang, Y.-h.; Wang, W.-h.; Zhang, Z.; Xu, L.; Li, P., Study of the glass transition temperature and the mechanical properties of PET/modified silica nanocomposite by molecular dynamics simulation. *European Polymer Journal* 2016, 75, 36-45.

63. Saba, N.; Jawaid, M.; Alothman, O. Y.; Paridah, M., A review on dynamic mechanical properties of natural fibre reinforced polymer composites. *Construction and Building Materials* 2016, 106, 149-159.
64. Guedes, R. M., *Creep and fatigue in polymer matrix composites*. Woodhead Publishing: 2019.

65. Lofrano, G.; Carotenuto, M.; Libralato, G.; Domingos, R. F.; Markus, A.; Dini, L.; Gautam, R. K.; Baldantoni, D.; Rossi, M.; Sharma, S. K., Polymer functionalized nanocomposites for metals removal from water and wastewater: an overview. *Water research* 2016, 92, 22-37.

66. GHASEMI, E.; Kord, B., Long-term water absorption behaviour of polypropylene/wood flour/organoclay hybrid nanocomposite. 2009.

**Figures**

**Figure 1**

Schematic diagram of HDPE/MWCNT/ AL2O3 manufacturing process
Figure 2

XRD patterns of HDPE, MWCNT, and HDPE/MWCNT hybrid composite

Figure 3
(a) SEM images of HDPE/MWCNT hybrid composite with 5% MWCNT ratio nanocomposite and (b) HETEM of the same composite.

**Figure 4**

(a) Stress-strain curve for HDPE/MWCNT Nanocomposite, (b) Hardness of hybrid Nanocomposite and (c) Linear equation of Micro Vickers Hardness.
Figure 5

(a) TGA curves of HDPE/MWCNT composites and (b) DrTGA Curve Of CNT-HDPE Nanocomposite.

Figure 6

Results of water absorption
Figure 7

Cell viability of AL2O3/HDPE/MWCNT over human cell lines.